Gap bridging ability in laser GMA hybrid welding of thin 22MnB5 sheets

F. Möller\textsuperscript{a}, H. Kügler\textsuperscript{a,}\textsuperscript{*}, S. Kötschau\textsuperscript{b}, A. Geier\textsuperscript{a}, S.-F. Goecke\textsuperscript{b}

\textsuperscript{a}BIAS- Bremer Institut für angewandte Strahltechnik GmbH, Klagenfurter Str. 2, 28359 Bremen, Germany
\textsuperscript{b}Fachhochschule Brandenburg Magdeburger Straße 30, D-14770 Brandenburg an der Havel, Germany

Abstract

In this paper, laser GMA hybrid welding of thin ultra-high-strength steel sheets (22MnB5) is investigated. A single-mode laser beam oscillating transversal to the welding direction is used in order to minimize the heat input during the process. The sheets have a thickness of 1.5 mm each and are fixed in overlap configuration. The gap between the sheets was 0.8 mm during experiments in order to simulate typical gap width in industrial manufacturing processes. It is shown that a stable weld seam has been achieved for this gap width in case of a welding speed of 6 m/min. The gap bridging ability is caused by the interaction of the arc and the laser beam process. The laser beam process produces deeper penetration in the bottom sheet. Thus, the arc is stabilized by the laser beam.

1. Introduction

Nowadays, lightweight constructions in automotive are required in order to achieve environmental protection goals. Especially high strength steel gains importance in the sector of lightweight design. With new ultra high strength presshardened steel sheet out of 22MnB5 wall thicknesses of structural elements, like the B-pillar, can be reduced. Additionally, according to Göschel et al. (2011), process efficiency is increased by cycle time reduction.

* Corresponding author. Tel.: +49-421-218-58117; fax: +49-421-218-58063.
E-mail address: kuegler@bias.de
The need of investigating weldability is clearly demanded by automotive industry as Larsson et al. (2009) state. Investigations on laser beam welding of presshardened steel have been carried out by Kim et al. (2011). Analyses of weld seams show a negative influence of the AlSi coating which is applied on the 22MnB5 for oxidation prevention during presshardening. Aluminum and silicon forming intermetallic phases along the fusion line which is significantly weakening joint strength in investigations of Kim et al. (2011).

Process combination of GMAW and laser beam welding is well known in industrial applications. Advantages of process combination are investigated by Cui (1991). Higher welding speed and higher penetration depth compared to a GMAW can be achieved. Regarding a laser beam welding process Bagger and Olsen (2005) point out higher gap bridgeability is achieved by process combination. Hybrid welding on aluminum by Cassalino et al. (2013) shows that laser leading configuration achieves deeper penetration and higher process velocity than with arc leading configuration. Amongst others, these advantages are used for welding aluminum by Verwimp and Gedopt (2007), welding steel by Grünenwald et al. (2010), or even welding of multimaterial joints of steel and aluminum by Walter et al. (2008).

The positive effect of combining laser and arc welding according to Cui (1991) is due to the laser induced plasma. Laser radiation accordingly has stabilizing influence on the arc welding process. This effect was proofed by Stute et al. (2007) even with very low laser energy input of a few hundred watts. On the other hand, hybrid welding process by Rippl (2008) using multi-kilowatt lasers power allows T-joint welding of 15 mm thick steel sheets without weld preparation.

2. Experimental

2.1. Material

In these shown experiments ultra-high strength 22MnB5 steel sheets with thickness of 1.5 mm were welded. For the GMA welding G3Si1 (1.5125) filler wire was used with a diameter of 1 mm.

| Material | C | Si | Mn | P | S | Al | Nb | Ti | Cr+Mo | B |
|----------|---|----|----|---|---|----|----|----|-------|---|
| max.     | max. | max. | max. | max. | max. | min. | max. | max. | max. | max. |
| 22MnB5   | 0.25 | 0.40 | 1.40 | 0.025 | 0.010 | 0.015 | 0.10 | 0.05 | 0.50 | 0.005 |
| G3Si1    | 0.08 | 0.9  | 1.5  | 0.015 | 0.012 | -    | -   | -   | -    | -   |

values in weight percent

BIAS ID 140976

2.2. Set-up

Investigations were carried out using a hybrid process with a GMAW source and a laser in order to weld 22MnB5 sheets in fillet weld configuration with gap. All influences were analyzed with a gap of 0.8 mm. According to SEP 1220 (2011) overlap of the sheets was 16 mm.

An IPG YLR 1000 SM single mode laser with a fiber diameter of 15 μm was used. In this set-up collimation length of 160 mm and a focal length of 200 mm were chosen resulting in a focused spot size of 24.5 μm. Measurement of the focus diameter was carried out with MicroSpotMonitor by Primes. Throughout the experimental phase the laser beam was focused on the bottom sheet surface. Laser beam oscillation was realized with a DC-ILV-Scanner by Co. Arlt. This system enables a laser beam oscillation transverse to the welding direction.
2.3. Method

Weld seams were evaluated by metallurgical analyses. In cross sections measurements geometric properties were determined. Measuring critical length $S_{RL}$, seam angle $\Theta$ and penetration depth $S_{ET}$ is illustrated in Figure 2. For each value a mean value out of four cross sections is determined.

2.4. Program

In these presented investigations effects of parameters, like process positioning, wire feeding rate and laser beam oscillation configuration, were analyzed and evaluated with certain geometric values. To achieve comparability standard parameter as listed in Table 2 were not changed during experimental phase. Variation range of each parameter is shown in Table 3.
Table 2. Standard process parameters.

| parameter           | unit | value |
|---------------------|------|-------|
| Laser power $P_L$   | kW   | 1     |
| Focus height $f_z$  | mm   | 0     |
| Arc current $I_A$   | A    | ~ 256 |
| Arc voltage $U$     | V    | ~ 30  |
| Voltage correction $\Delta U$ | V | + 2 |
| Arc trim            | %    | + 10  |
| Arc polarity        |      | DCEP  |
| Wire feeding rate $v_D$ | m/min | 11     |
| Electrode stickout  | mm   | 13.7  |
| Process velocity $v_S$ | m/min | 6     |
| Gap $d_S$           | mm   | 0.8   |

Table 3. Process parameter variation range.

| parameter                     | unit | minimum | maximum |
|--------------------------------|------|---------|---------|
| Laser-GMAW-distance $d_x$     | mm   | - 1     | + 0.5   |
| Hybrid process movement $d_y$ | mm   | - 0.5   | + 1     |
| Fillet weld angle $\alpha$    | °    | 0       | 30      |
| Laser beam oscillation frequency $f_S$ | Hz | 0       | 350     |
| Laser beam oscillation amplitude $2A_S$ | mm | 0       | 2.4     |

3. Results

3.1. Influence of process movement

3.1.1. Relative movement of laser-GMAW-distance ($d_x$)

In Table 4 weld seam appearances can be observed. Variation of laser-GMAW-distance has clearly influence in weld seam continuity. Partially weld seam defects can be observed when positioning the laser beam on the same spot as the GMAW ($d_x = 0$ mm) or having the laser beam leading ($d_x > 0$ mm). However, trailing the laser 0.5 mm behind the GMAW results in a more constant seam appearance. This configuration means also that the laser beam crosses the wire axis respectively the arc. A trailing laser beam with a distance of 1 mm to the GMAW process results in even more discontinuities than a leading laser beam.
Figure 3 shows, with respect to the standard deviations, constant critical lengths for these different laser-GMAW-distances. Likewise, seam angles are not affected significantly. Standard deviations are, in case of dx = 0 mm and dx = 0.5 mm, over 10% of the mean value. However, penetration depth is clearly affected by laser-GMAW-distance. Trailing the laser (dx < 0 mm) reduces penetration depth, whereas a leading laser (dx > 0 mm) and a laser beam positioning on the same spot as the GMAW (dx = 0 mm) result in similar penetration depth.

3.1.2. Relative movement of the hybrid process to upper sheet edge (dy)

Weld seam appearances of different positioning of the hybrid process to upper sheet edge is shown in Table 5. Guiding the process slightly onto the upper sheet (dy = 0.5 mm) results in a constant weld seam shape without discontinuities. Few discontinuities can be observed for dy = 1 mm. Whereas a positioning of the hybrid process directly in the fillet (dy = 0 mm) or with a distance to the upper sheet (dy = -0.5 mm) increases appearance of discontinuities. For dy = -0.5 mm too less constant welded seam sections are available for analyzes. Therefore, Figure 4 shows only three values each geometric property.

Table 5. Weld seam pictures of hybrid process to edge distance (dy) variation with parameter set.

| Weld seam pictures | dy values | Parameter set |
|--------------------|-----------|---------------|
| - 0.5 mm           | P_L = 1 kW f_s = 0 mm U = 30 V |
| 0 mm               | I = 256 A d_s = 0.8 mm v_s = 6 m/min |
| + 0.5 mm           | v_D = 11 m/min d_y = -0.5 mm d_y = variable |
| + 1 mm             | a = 30° f_s = 200 Hz 2A_s = 0.7 mm |
Moving the welding position of the hybrid process on the upper sheet reduces penetration depth significantly. With a welding position moved 1 mm onto the upper sheet penetration depth is reduced to 0.05 mm. Simultaneously critical length is increased from 1.1 mm to 1.5 mm by moving onto the upper sheet. Furthermore, steeper weld seams appear for higher \( dy \) values which is shown by a decrease of seam angles.

### 3.2. Influence of fillet weld angle configuration

Variation of fillet weld angle has a significant influence on weld seam appearance, as shown in Table 6. Welds with fillet weld angle configuration of \( \alpha = 0^\circ \) show periodic discontinuities. With a fillet weld angle of \( \alpha = 15^\circ \) discontinuities are present but comparatively fewer and aperiodic. Constant weld seams without discontinuities are observed with fillet angle configuration of \( \alpha = 30^\circ \).

Metallurgical analyzes of fillet weld angle configuration \( \alpha = 0^\circ \) cannot be made because there is no region of constant conditions where a measurement of geometric values for evaluating weld seam quality is representative. However, geometric properties of fillet weld angle configurations of \( \alpha = 15^\circ \) and \( \alpha = 30^\circ \) are shown in Figure 5. For increased fillet weld angles penetration depth is decreased from 0.26 mm to 0.18 mm. Differences in critical length \( S_{RL} \) and seam angle \( \Theta \) are within standard deviations and therefore not significant.

### Table 6. Weld seam pictures of fillet weld angle (\( \alpha \)) variation with parameter set.

| Weld seam pictures | \( \alpha \) values |
|--------------------|---------------------|
| ![Weld seam picture](image1.png) | 0° |
| ![Weld seam picture](image2.png) | 15° |
| ![Weld seam picture](image3.png) | 30° |

- \( P_L = 1 \) kW
- \( f_e = 0 \) mm
- \( U \sim 30 \) V
- \( 1 \sim 256 \) A
- \( d_s = 0.8 \) mm
- \( v_s = 6 \) m/min
- \( \nu_a = 11 \) m/min
- \( d_x = -0.5 \) mm
- \( d_y = +0.5 \) mm
- \( \gamma = \) variable
- \( f_s = 200 \) Hz
- \( 2A_s = 0.7 \) mm

![Fig. 5. Effect of fillet weld angle variation.](image4.png)

BIAS ID 140985
Table 7. Weld seam pictures of laser beam oscillation frequency ($f_s$) variation with parameter set.

| Weld seam pictures | $f_s$ values |
|-------------------|--------------|
|                   | $P_l = 1 \text{kW}$ |
|                   | $f_s = 0 \text{ mm}$ |
| 0 Hz              | $U \sim 30 \text{ V}$ |
|                   | $I = 256 \text{ A}$ |
|                   | $d_s = 0.8 \text{ mm}$ |
|                   | $v_s = 6 \text{ m/min}$ |
|                   | $v_D = 11 \text{ m/min}$ |
|                   | $d_x = -0.5 \text{ mm}$ |
| 200 Hz            | $d_y = +0.5 \text{ mm}$ |
|                   | $\alpha = 30^\circ$ |
|                   | $f_s = \text{variable}$ |
|                   | $2A_S = 0.7 \text{ mm}$ |
| 350 Hz            |               |

3.3. Influence of laser beam oscillation configuration

In Table 7 weld seam appearances for laser beam oscillation frequency variations are shown. At first sight there is no difference between different frequencies or without a beam oscillation at all. Moreover, geometrical properties shown in Figure 6 do not show any significant influence of laser beam oscillation frequency. Critical length, welding penetration and seam angle stay constant within standard deviations.

In contrast laser beam oscillation amplitude variation does affect weld seam appearance. This is shown in Table 8. For laser beam oscillation amplitudes of $2A_S = 1.4 \text{ mm}$ and $2A_S = 2.4 \text{ mm}$ discontinuities are observed. With increased amplitude the quantity of discontinuities is increased. Without beam oscillation ($2A_S = 0 \text{ mm}$) as well as with an amplitude of $2A_S = 0.7 \text{ mm}$ a constant weld shape results. With a beam oscillation of $2A_S = 0.7 \text{ mm}$ weld seam has a more steady width.

In Figure 7 geometric properties of laser beam oscillation amplitude variation is illustrated. Weld seam angles show higher standard deviations than measured value divergence. However, laser beam oscillation amplitude increases penetration depth.
Table 8. Weld seam pictures of laser beam oscillation amplitude (2Aₚ) variation with parameter set.

| Weld seam pictures | 2AS values |
|--------------------|------------|
| ![Weld seam picture](image1) | PL = 1 kW, fₚ = 0 mm, U ≈ 30 V, 1 ~ 256 A, dₛ = 0.8 mm, vₛ = 6 m/min, vₒ = 11 m/min, α = 30°, 2Aₚ = variable |
| ![Weld seam picture](image2) | 0 mm |
| ![Weld seam picture](image3) | 0.7 mm |
| ![Weld seam picture](image4) | 1.4 mm |
| ![Weld seam picture](image5) | 2.4 mm |

4. Discussion

High process velocities, like vₛ = 6 m/min, require increased wire feeding rates. In this case wire feeding rate is vₒ = 11 m/min. High speed videos proof that there is a melt flow ahead which leads to a lack of material rear of the GMAW process (cf. Figure 8). Melts on the upper and bottom sheet do not have contact anymore which is needed to bridge the gap. Hence, gap between the sheets, dₛ = 0.8 mm in this case, and this lack of material lead to discontinuities. With support of the laser beam this melt flow can be controlled. Laser beam process in a leading configuration heats up this melt flow wave, whereas a trailing laser beam process flattens melt flow wave ahead because of generating a hot spot trailing the GMAW process. For laser-GMAW-distance of dₓ = - 1 mm the laser beam is partially hitting weld droplets and thereby disturbs the GMAW process. Having the laser trailing and getting laser power absorbed in the arc is reasonable for less penetration depth compared to a leading laser beam process. Therefore a distance of dₓ = - 0.5 mm is an optimum compromise to prevent melt flow ahead and thereby caused lack of material rear of the process.

Even more sensitive for the process is a distance variation relative to the upper sheet edge. Increasing the distance of the hybrid process to the upper sheet edge (dᵧ = - 0.5 mm) barely achieves a weld seam (cf. Table 5). This can be attributed to a lack of material for bridging the gap of dₛ = 0.8 mm. Sound welds are achieved when compensate this lack of material by melting off upper sheet edge. With a hybrid process positioning slightly on the upper sheet (dᵧ = 0.5 mm) best weld seam appearance is achieved. Using this extra material enhances critical length but simultaneously decreases penetration depth because of less energy input directly in the bottom sheet.

Heat input in the bottom sheet and melting off the upper sheet edge are additionally affected by fillet weld angle variation. A perpendicular set-up of the hybrid process results in higher penetration depth but less weld material and therefore a smaller critical length. In contrast a fillet weld angle of α = 30° melts off more of the upper sheet edge and has less energy input into the bottom sheet. Welds with fillet weld angle configuration of α = 0° are too inconstant for analysis so that this effect can be seen in a variation of α = 15° to α = 30° in a weakened magnitude (cf. Figure 5). However, fillet weld angle of α = 30° provides weld seams without discontinuities whereas other fillet weld angle configurations cannot achieve sound welds.
Laser beam oscillation distributes locally limited energy input of the single mode fiber laser. This achieves more continuous and deeper penetration depth of the hybrid process (cf. Figure 7). In Figure 9 it is shown that a not oscillating laser beam welds through the bottom sheet. This was not measured as penetration depth for the weld because it is not significantly for evaluating seam strength. Provided laser energy in case of no beam oscillation is not used efficiently. Nevertheless, weld seams with high amplitudes $2A_S > 0.7$ mm show discontinuities. It is considered that an increased weld seam width cannot be filled by provided molten filler material volume. Material accumulates at the hottest spots which are laser beam oscillation turning points. Molten material is too less to bridge the gap when oscillation amplitudes exceed 0.7 mm. Hence, surface tension pulls the melting apart and accumulation of molten material remains at the upper sheet edge and the bottom sheet surface (cf. weld seam pictures in Table 8). Previous investigations by Möller et al. (2013) to zero gap condition welding have also shown dependence of laser beam oscillation to penetration depth. In the presented investigations with a gap of $d_S = 0.8$ mm enhanced penetration depth through laser beam oscillation can be confirmed. However, influence of laser beam oscillation frequency is negligible (cf. Figure 6 and weld seam pictures in Table 7).

In this investigation it is shown that gaps of $d_S = 0.8$ mm are feasible. This is a clear improvement of regular laser beam welding like e.g. Kim et al. (2011) carried out. The impact of laser beam radiation to the stability of GMAW as it was described by Stute et al. (2007) can be confirmed. Investigations without laser beam oscillation point out 1 kW as sufficiently laser power provided to the process because of full penetration to the steel sheet. By using laser beam oscillation penetration depth is enhanced. However, this is in conformity with results from Cui (1991) even though a single-mode laser with much smaller spot size was used. Cui (1991) was using a CO$_2$ multi-mode laser. Hence, it is expected that the generation of metal vapor is the key mechanism for stabilizing the arc. Amount of vapor, spot size, or power distribution of laser radiation obviously have minor influence.
5. Conclusion

Welding 22MnB5 in overlap configuration with a gap of 0.8 mm is feasible. Presented investigations point out that positioning of the hybrid process and both individual processes to each other is much more important than laser beam oscillation adjustments. The laser beam, even without oscillation, stabilizes GMA welding of 22MnB5 with gap at high process velocity of $v_S = 6$ m/min. Laser beam oscillation increased weld penetration depth and therefore enhances process reliability.

Acknowledgements

The IGF project No. 17585 BG (P 919) of the FOSTA – Research Association for Steel application was supported by the Arbeitsgemeinschaft industrieller Forschungsvereinigungen e.V. (AiF) under the program for the promotion of industrial research by the Federal Ministry of Economics and Technology based on a decision by the German Bundestag. This support is greatly acknowledged.

References

Bagger, C., Olsen, F.O., 2005. Review of laser hybrid welding. In: Journal Of Laser Applications, volume 17, number 1, February 2005, Laser Institute of America
Casalino, G., Campanelli, S.L., Dal Maso, U., Ludovico, A.D., 2013. Arc leading versus laser leading in the hybrid welding of aluminium alloy using a fiber laser. In: Procedia CIRP 12 (2013), 151-156
Cui, H., 1991. Untersuchung der Wechselwirkung zwischen Schweißlichtbogen und fokussiertem Laserstrahl und der Anwendungsmöglichkeiten kombinierter Laser-Lichtbogentechnik. Fakultät für Maschinenbau und Elektrotechnik der Technischen Universität Carolo-Wilhelmina Braunschweig. Dissertation
Göschel, A., Sterzing, A., Schönherr, J., 2011. Balancing procedure for energy and material flows in sheet metal forming. In: CIRP Journal of Manufacturing Science and Technology 4, 170-179.
Grünenwald, S., Seefeld, T., Vollertsen, F., Kocak, M., 2010. Solutions for joining pipe steels using laser-GMA-hybrid welding processes. Laser Assisted Net shape Engineering 6 (LANE 2010), In: Physics Procedia 5 (2010), 77–87
Kim, C., Kang, M. J., Park, Y. D., 2011. Laser welding of Al-Si coated hot stamping steel. In: International Conference on the Mechanical Behavior of Materials (ICM11), Procedia Engineering 10 (2011), 2226-2231.
Larsson, J.K., Lundgren, J., Asbjornsson, E., Andersson, H., 2009. Extensive introduction of ultra high strength steels sets new standards for welding in the body shop. In: Welding in the World 53, 5/6, 4-14
Möller, F., Mittelstädt, C., Kötschau, S., Thomy, C., Goëcke, S.-F., Vollertsen F., 2013. Effect of process parameters on joint properties in laser GMA hybrid welding of thin-sheet fillet welds on 22MnB5. In: IIW 2013 Annual Assembly Com. XVII, Essen (2013) IIW-Doc. XII-2129-13; IV-1138-13 (online)
N.N., 2014. EWM product data sheet “Drahtelektrode SW 70S G3”. G 42 3M G3Si1 (1.5125 DIN EN 14341-A)
N.N., 2014. ThyssenKrupp Steel AG: Mangan-Bor-Stähle MBW. Product information sheet from March 2014; Duisburg, Germany
N.N.: Stahl-Eisen-Prüfblatt (SEP) 1220 – Testing and Documentation Guideline for the Joinability of thin sheet of steel. Verlag Stahleisen GmbH, August 2011
Rippl, P., 2008. Anwendungsbeispiele für die Laser-Hybrid-Technik konventionell und mit Lasern geringer Leistung. In: Strahltechnik Band 36, 107-117, BIAS Verlag, Bremen
Stute, U., Kling, R., Hermnsdorf, J., 2007. Interaction between Electrical Arc and Nd: YAG Laser Radiation. In: Annals of the CIRP Vol. 56/12007, 197-200
Verwimp, J., Gedopt, J., 2007. Hybrid Laser Welding and Friction Stir Welding Applied to 6056 Aluminium Alloy. In: Proceeding of the APT’07: International Conference on Applied Production Technology, 109-122 , BIAS Verlag, Bremen
Walther, R., Thomy, C., Möller, F., Vollertsen, F., 2008. Thermisches Fügen von Mischverbindungen. In: Strahltechnik Band 36, 37-49, BIAS Verlag, Bremen